INTRODUCTION
shows the broken-down MC-1 carbide, the precipitated aW plates, and the small discrete MC-3 carbides in the primary y' islands. Figure  8b shows the typical shape of the extracted broken-down arrowhead type MC, while Figure  8c shows an extracted plate of CXW.
Further exposure of the samples at 982°C for 100 hours after 1080°C and/or 1218°C produced only a Mu phase in the 12% W sample which had the 1080°C treatment. Figure  9 shows the arrays of Mu phase plates in the 12% W sample. The aW found at 1218°C was still present after the 982°C exposure. 
